Processing of Yandev quicklime for potential amelioration of acidic soil

Benson Chinweuba Udeh *

Department of Chemical Engineering, Enugu State University of Science and Technology, P.M.B. 01660, Enugu, Nigeria.

GSC Advanced Engineering and Technology, 2021, 02(01), 021–029

Publication history: Received on 26 October 2021; revised on 11 December 2021; accepted on 13 December 2021

Article DOI: https://doi.org/10.30574/gscaet.2021.2.1.0043

Abstract

This study focused on processing of Yandev quicklime for potential amelioration of acidic soil. It involved production of quicklime from the Yandev limestone, characterization and slaking of the quicklime. In a batch process, 10g of the limestone (90µm particle size) was calcined for 3hrs to produce the quicklime. Mineralogical composition of the quicklime was determined by X-ray Diffractometer (XRD), while scanning electron microscope (SEM) was used to examine its surface morphology. The CaO was hydrated for the production of slaked lime (Ca (OH) 2). The slaking process was carried out by digesting CaO in distilled water. During the slaking/hydration process, values of reactivity (rise in temperature) were recorded. Central composite design (CCD) tool of Design Expert Software 11 was used to design the experiment of the slaking process. Quicklime/water ratio, particle size and time were the considered slaking variables, while reactivity was considered as the response. Analysis of the results quicklime is made up of pure calcite with visible pores. Quadratic model adequately described the relationship between reactivity and the considered slaking factors of quicklime/water ratio, particle size and time. Optimum reactivity was obtained as 58.4 0C with the corresponding optimal factors of quicklime/water ratio (0.26 g/ml), particle size (93.0 µm) and time (16.4 minutes). Properties of the slaked lime showed that it is suitable for acidic soil amelioration.

Keywords: Yandev Quicklime; Amelioration; Acidic Soil; Slaking

1. Introduction

Most soils in sub-Sahara Africa are acidic [1]. The acidic soil causes poor plant growth. This problem can be solved by soil amelioration. Acidic soil amelioration is a process of reducing the acidity of the soil, thereby improving its quality. Reduction of soil acidity can be achieved through liming. Liming is defined as the application of lime on acidic soil. It is an agricultural practice that reduces soil acidity by counteracting the effects of excess H+ and Al3+ ions [2]. Liming is a necessary practice that enhances soil productivity. It improves plant root environment and is a basic condition for increasing crop yield. Acidic soil treated with lime can produce high crop yields; reducing acidity, toxic effect of Al3+ and Mn2+ and providing Ca and Mg to plants. Liming is a viable technique for treating acidic soil [3, 4, 5, 6].

Soil pH is a measure of the number of hydrogen ions in the soil solution. It is an outstanding chemical indicator of soil quality. Farmers can improve the soil quality of acid soils by liming to adjust pH to the levels needed by the crop to be grown. Benefits of liming include increased nutrient availability, improved soil structure, and increased rates of infiltration. Understanding soil pH is essential for the proper management and optimum soil and crop productivity. Nigeria is blessed with numerous limestone deposits, which include that of Yandev. Yandev is a Town in Gboko Local Government Area (LGA) of Benue State, Nigeria, Africa. Limestone mining and cement production at Yandev, Nigeria commenced in 1980 [7]. The limestone and its burnt derivative lime are very important raw materials for the industry, enhancing the developmental economy of Nigeria [8]. The limestone exposed at Yandev quarry is a component of the sedimentary fill of the Benue trough. Though, Yandev limestone has largely been used for cement production, its
application on lime production has not been fully developed. Thus, there is need to process Yandev quicklime in order to obtain slaked lime for potential acidic soil ameliorant.

2. Material and methods

2.1. Production of Quicklime from Yandev Limestone

Quicklime (CaO) was produced from Yandev limestone by calcination process. In a batch process, 10g of the limestone of 90μm particle size was weighed into pre-weighed empty crucible plate. The pre-weighed crucible plate with the limestone was set to laboratory furnace and heated at temperature 1000 °C. The sample was removed at time of 3 hours. Then, it was allowed to cool for 15 minutes. The calcined sample was transferred to desiccator. The weight of the quicklime produced was measured.

2.2. Determination of Mineralogical Composition

Mineralogical composition of Yandev quicklime was determined by X-ray Diffractometer (XRD). Method used by previous researchers [9, 10] the mineralogical composition of the sample. The X-ray diffraction pattern was taken using Empyrean Pan Analytical. The sample was analyzed using reflection transmission spinner stage using the theta-theta (X-ray beams at certain angles of incidence) settings. Two-theta (2Θ) starting position was 4 degrees and ends at 75 degrees with a two–theta step of 0.026261 at 8.67 seconds per step. Tube current was 40 mA and the tension was 45VA. A programmable divergent ship was used (with width mask) to determine the mineral content of the quicklime.

2.3. Determination of Surface Morphology of the Quicklime

Scanning electron microscope, (Phenom Pro X-ray, phenom world Emdhoven Netherlands) was used to examine the surface morphology of the quicklime, in accordance with the technique used by previous author [10]. The scanning electron microscope (SEM) produced the image of the quicklime sample by scanning the surface with a focused beam of electrons. The electrons interact with atoms in the sample, producing various signals that contain information about the surface topography and composition of the sample.

2.4. Slaking of the Yandev Quicklime

Method used by previous author [11] was employed in the slaying of Yandev quicklime. The quicklime (CaO) was obtained by calcination of Yandev limestone. Then, the CaO was hydrated for the production of slaked lime (Ca (OH) 2). The slaking process was carried out by digesting CaO in distilled water. After being dissolved, spontaneous chemical reaction (exothermic reaction) occurred between CaO and distilled water. During the slaking/hydration process, values of reactivity (rise in temperature) were recorded. The reactivity measurement continued till the reaction was completed. Central composite design (CCD) tool of Design Expert Software 11 was used to design the experiment of the slaking process. Quicklime/water ratio, particle size and time were the considered slaking variables, while reactivity was considered as the response.

2.5. Determination of Activation Energy and pH

The activation energy of the reactivity was determined using Arrhenius model [12, 13], Equation 1, while pH meter was used to record the pH of the slaked lime.

\[ K = K_0 e^{-\frac{E_a}{R T}} \]  

(1)

Considering different temperatures of the slaking process, the linear form of the Arrhenius equation was used to obtain the activation energy, Equation 2:

\[ E_a = (\ln (K_2 / K_1)) * (2.303*R)*(\frac{(T_2-T_1)}{(T_2-T_1)}) \]  

(2)

Where \( K \) is rate constant, \( K_0 \) is pre-exponential (frequency) factor, \( T \) is absolute temperature, \( R \) is universal gas constant (8.314kJ/kmolK), and \( E_a \) is the activation energy, \( K_1 \) and \( K_2 \) are the rate constants at \( T_1 \) and \( T_2 \) respectively.
3. Results and discussion

3.1. Mineralogical Compositions of the Quicklime
The mineralogical composition of Yandev quicklime, as determined by XRD, is shown in Figure 1. It revealed that Yandev quicklime is made up of pure calcite. This is an indication that the Yandev quicklime is suitable for versatile applications [14, 15, 16].

![Figure 1 Mineralogical Compositions of Yandev Quicklime](image1)

3.2. SEM Analysis of the Quicklime
The scanning electron microscopic analysis of Yandev quicklime is shown in Figure 2. The surface morphology of the quicklime was revealed. The micrograph showed that the particles are packed together in powdered form with visible pores. Revealed visible pores indicate that Yandev quicklime has good hydration characteristics.

![Figure 2 SEM Analysis of the Yandev Quicklime](image2)

3.3. RSM Results of the Slaking Process
The RSM results of the reactivity of Yandev quicklime are shown in Table 1. The results showed the effects of the interactions among the factors of quicklime/water ratio, particle size and time on the reactivity of the quicklime. In the results of 20-run experiment, the maximum reactivity values were observed around the mid-points of the factors of quicklime/water ratio, particle size and time of the slaking process. It depicts parabolic relationship between response and the considered factors [13].

![Table 1 RSM Results of the Slaking Process](image3)
It was also revealed that minimum reactivity values were recorded at the extreme points of the considered factors. In the lowest reactivity of the quicklime occurred at the highest particle size. It showed that reactivity increases with increase in surface area (decrease in particle size). Minimum reactivity of the quicklime was obtained at lowest quicklime/water ratio, highest particle size and lowest time of slaking. This observation is in agreement with the previous reports [11, 17, 18].

Table 1 RSM Results of the Slaking of Yandev Quicklime

| Std | Run | Factor 1 A: Quicklime/Water Ratio g/ml | Factor 2 B: Particle Size µm | Factor 3 C: Time min. | Response 1 Reactivity °C |
|-----|-----|---------------------------------------|----------------------------|-----------------------|--------------------------|
| 14  | 1   | 0.25                                  | 90                         | 20                    | 50.1                     |
| 16  | 2   | 0.25                                  | 90                         | 16                    | 59.3                     |
| 13  | 3   | 0.25                                  | 90                         | 12                    | 46.3                     |
| 1   | 4   | 0.2                                   | 80                         | 12                    | 26.1                     |
| 12  | 5   | 0.25                                  | 100                        | 16                    | 47.1                     |
| 4   | 6   | 0.3                                   | 100                        | 12                    | 36.2                     |
| 3   | 7   | 0.2                                   | 100                        | 12                    | 15.3                     |
| 2   | 8   | 0.3                                   | 80                         | 12                    | 31.0                     |
| 15  | 9   | 0.25                                  | 90                         | 16                    | 59.3                     |
| 20  | 10  | 0.25                                  | 90                         | 16                    | 59.3                     |
| 8   | 11  | 0.3                                   | 100                        | 20                    | 33.2                     |
| 10  | 12  | 0.3                                   | 90                         | 16                    | 50.5                     |
| 9   | 13  | 0.2                                   | 90                         | 16                    | 42.4                     |
| 18  | 14  | 0.25                                  | 90                         | 16                    | 59.3                     |
| 5   | 15  | 0.2                                   | 80                         | 20                    | 33.0                     |
| 6   | 16  | 0.3                                   | 80                         | 20                    | 35.1                     |
| 7   | 17  | 0.2                                   | 100                        | 20                    | 21.6                     |
| 17  | 18  | 0.25                                  | 90                         | 16                    | 59.1                     |
| 19  | 19  | 0.25                                  | 90                         | 16                    | 59.3                     |
| 11  | 20  | 0.25                                  | 80                         | 16                    | 59.3                     |

3.4. Analysis of Variance (ANOVA)

Table 2 presents ANOVA of reactivity the Yandev slaked lime. The model F-value of 149.10 implies the model is significant. There is only a 0.01% chance that an F-value this large could occur due to noise. P-values less than 0.0500 indicate model terms are significant. In this case A, B, C, AB, AC, A², B², C² are significant model terms. Values greater than 0.1000 indicate the model terms are not significant. The predicted R² of 0.9217 is in reasonable agreement with the adjusted R² of 0.9859; the difference is less than 0.2. Adequate precision measures the signal to noise ratio. A ratio greater than 4 is desirable. The ratio of 36.353 indicates an adequate signal. This model can be used to navigate the design space.
Table 2 ANOVA of Reactivity the Yandev Slaked Lime

| Source     | Sum of Squares | Df | Mean Square | F-value | p-value       |
|------------|----------------|----|-------------|---------|---------------|
| Model      | 3892.62        | 9  | 432.51      | 149.10  | < 0.0001      |
| A-Quicklime/Water Ratio | 226.58        | 1  | 226.58      | 78.11   | < 0.0001      |
| B-Particle Size    | 96.72         | 1  | 96.72       | 33.34   | 0.0002        |
| C-Time           | 32.76         | 1  | 32.76       | 11.29   | 0.0072        |
| AB             | 81.28         | 1  | 81.28       | 28.02   | 0.0004        |
| AC             | 18.30         | 1  | 18.30       | 6.31    | 0.0308        |
| BC             | 7.41          | 1  | 7.41        | 2.55    | 0.1410        |
| A²             | 461.51        | 1  | 461.51      | 159.10  | < 0.0001      |
| B²             | 105.87        | 1  | 105.87      | 36.50   | 0.0001        |
| C²             | 345.24        | 1  | 345.24      | 119.02  | < 0.0001      |
| Residual      | 29.01         | 10 | 2.90        |         |               |
| Lack of Fit   | 28.97         | 5  | 5.79        | 869.24  | < 0.0001      |
| Pure Error    | 0.0333        | 5  | 0.0067      |         |               |
| Cor Total     | 3921.63       | 19 |             |         |               |
| Std. Dev.     | 1.70          |    |             |         | 0.9926        |
| Mean          | 44.14         |    | Adjusted R² |        | 0.9859        |
| C.V. %        | 3.86          |    | Predicted R² |       | 0.9217        |

3.5. Mathematical Model of the Reactivity of the Slaked Lime

The mathematical models of the reactivity of Yandev slaked lime is as expressed in Equation (3). The models (in terms of significant terms) can make adequate predictions about the response for given levels of each factor, and they are useful for identifying the relative impact of the factors by comparing the factor coefficients. As revealed by the analysis of variance, each model adequately described the relationship between the reactivity and the factors of quicklime/water ratio, particle size and time. Thus, the reactivity is a function of quicklime/water ratio, particle size and time. The positive signs in the model signified synergistic effect, while the negative signs signified antagonistic effect [19]. As such, there is a synergistic effect on the interaction of quicklime/water ratio and particle size on the model. On the hand, the negative sign of the coefficients of AC indicates antagonistic effect of the interaction of quicklime/water ratio and time on the model. The highest power of at least one of the variables is two, which showed that the mathematical model is a quadratic equation.

Reactivity = + 59.32 + 4.76A - 3.11B + 1.81C + 3.19AB - 1.51AC - 12.95A² - 6.20B² - 11.20C² (3)

3.6. Graphical Analysis of the Reactivity of the Slaked Lime

Graphical representations of the quicklime slaked lime are presented in Figures (3 – 6). Plot of predicted versus actual yield was used to test the performance of the generated model. It gave linear graph, with the points clustered along the line of best fit. The 3-dimensional surface plots showed the relationship between the factors and response of the process. The revealed the optimum reactivity as 58.4 °C with the corresponding optimal factors of quicklime/water ratio (0.26 g/ml), particle size (93.0 µm) and time (16.4 minutes).
Figure 3 Predicted versus Actual Reactivity of Yandev Slaked Lime

Figure 4 Reactivity versus Quiklime/Water Ratio and Particle Size for the Yandev Quicklime

Figure 5 Reactivity versus Quiklime/Water Ratio and Time for the Yandev Quicklime
3.7. Validation of the Result of the Slaking Process

Data for the validation of the results are presented in Table 3. The experimental result was validated by the determination of percentage deviation of experimental reactivity from the predicted reactivity. The percentage deviation is less than 5%, an indication that RSM is adequate for the optimization of the slaking process. It is also an affirmation that the generated model sufficiently described the slaking process [13].

**Table 3 Validation of the Result of the Slaking Process**

| Quicklime/ Water Ratio (g/ml) | Particle Size (µm) | Time (min.) | Experimental Reactivity (ºC) | Predicted Reactivity (ºC) | Percentage Deviation (%) |
|------------------------------|-------------------|-------------|-----------------------------|--------------------------|--------------------------|
| 0.26                         | 93.0              | 16.4        | 59.7                        | 58.4                     | 2.18                     |

3.8. Rate of the Reactivity, Activation Energy and pH of the Slaked Lime

The rate of the reactivity of Yandev slaked limes is shown in Figure 7. The graph showed the relationship between reactivity and time at various temperatures. The reactivity versus time plot revealed a straight line graph. The straight line graph was confirmed by linear equation obtained by Trend line Function of Microsoft Excel. The correlation coefficient \( R^2 \) is close to 1. The rate constant was useful for the determination of the activation energy using Arrhenius Equation [12, 23, 20].

**Figure 7 Reactivity versus Time for the Yandev Slaked Lime**
Table 4 presents the activation energy and pH of Yandev slaked lime. The activation energy of slaked lime sample was obtained using Arrhenius law and it was observed that the reaction temperature has a direct effect on the rate of reactivity. This observation corroborates with the assertion of previous author [20]. Yandev has moderate activation energy of 50.42 kJ/mol, indicating that it requires moderate energy to activate its reactivity. High pH of 11.1 showed that Yandev slaked lime is suitable for acidic soil amelioration.

Table 4 Activation energy of the slaked lime

| Slaked lime Sample | Activation Energy, E_a (kJ/mol) | pH value |
|--------------------|---------------------------------|----------|
| Yandev             | 50.42                           | 11.1     |

4. Conclusion

XRD and SEM analyses revealed the characteristics of the Yandev quicklime. The quicklime is made up of pure calcite with visible pores that make it suitable for hydration and versatile applications. Quadratic model adequately described the relationship between reactivity and the considered slaking factors of quicklime/water ratio, particle size and time. Optimum reactivity was obtained as 58.4 °C with the corresponding optimal factors of quicklime/water ratio (0.26 g/ml), particle size (93.0 µm) and time (16.4 minutes).

Yandev has moderate activation energy of 50.42 kJ/mol, indicating that it requires moderate energy to activate its reactivity. High pH of 11.1 showed that Yandev slaked lime is suitable for acidic soil amelioration.

Compliance with ethical standards

Acknowledgments

The author acknowledged Enugu State University of Science and Technology, Enugu, Nigeria for providing conducive environment for this research work.

Disclosure of conflict of interest

There is no conflict of interest.

References

[1] Bambara S, Ndakidemi PA. The potential roles of lime and molybdenum on the growth, nitrogen fixation and assimilation of metabolites in nodulated legume: A special reference to *Phaseolus vulgaris* L., *African Journal of Biotechnology*. 2010; 8(17): 2482-2489.
[2] Fageria NK, Baligar VC. Enhancing nitrogen use efficiency in crop plants, *Adv. Agron.* 2005; 88: 97-185.
[3] Carter CM, Vander Sloot HA, Cooling D. pH-dependent extraction of soil and soil amendments to understand the factors controlling element mobility. *European Journal of Soil Science*. 2009; 60: 622-637.
[4] Antoniadis V, Damalidis K, Dimirkou A. Availability of Cu and Zn in an acidic sludge-amended soil as affected by zeolite application and liming. *Journal of Soils and Sediments*. 2012; 12: 396-401.
[5] Marcelo AV, Cora JE, Scala NL. Influence of liming on residual soil respiration and chemical properties in a tropical no-tillage system. *Brazilian Journal of Soil Science*. 2012; 36: 45-50.
[6] Briedis C, Sa JCDM, Caires EF, Navarro JDF, Inagaki TM, Boer A, Neto CQ, Ferreira ADO, Canalli LB, Santos JBD. Soil organic pools and carbon-protection mechanisms in aggregate classes influenced by surface liming in no-till system, *Geoderma*. 2012; 170: 80-88.
[7] Ujoh F, Alhassan MM, Ujoh FT. Multi-temporal change detection at a limestone mining and cement production facility in Central Nigeria, *American Journal of Environmental Protection*. 2014; 3(3): 113-121.
[8] Ofulume AB, Ibeneme SI, Orazulike DM, Haruna IV, Aishatu S, Ikoro DO, Nwankwo SI, Ezetoha NO, Bulus JA. The Gboko Limestone, Yandev, Benue State, Nigeria: Geology, Geochemistry and Industrial Potentials. *Geomaterials*. 2017; 7: 51-63.
[9] Ikhane PR, Folorunso AF, Nton ME, Oluwalaanu JA. Evaluations of Turonian Limestone Formation Exposed at NIGERCEM-Quarry, Nkalagu, and Southeastern Nigeria: A Geochemical Approach. The Pacific Journal of Science and Technology. 2009; 10 (2): 761-771.

[10] Nurfatirah N, Zainab H, Othman H, Farizul HK, Rozaini A. Effect of Temperature in Calcination Process of Seashells. Malaysian Journal of Analytical Sciences. 2015; 19(1): 65 – 70.

[11] Daud MO, Noorliyana HA, Azmi R, Kamarudin H. Reactions of Limestone on Slaking Process under Different Conditions of Parameters. Material Science Forum. 2015; 819: 393-398.

[12] Octave L. Chemical Reaction Engineering, Third Edition, John Wily and Sons, New York. 2003.

[13] Onukwuli OD, Omotoma M. Optimization of the Inhibition Efficiency of Mango Extract as Corrosion Inhibitor of Mild Steel in 1.0M H₂SO₄ using Response Surface Methodology. Journal of Chemical Technology and Metallurgy. 2016; 51(3): 302 – 314.

[14] Guemmadi Z, Resheidat M, Chabil H, Toumi B. Modeling the Influence of Limestone Filler on Concrete: A Novel Approach for Strength and Cost, Jordan Journal of Civil Engineering. 2009; 3(2): 158-171.

[15] Penuel BL, Maitera ON, Khan ME, Kefas WS. Quality assessment of limestone deposit found in Demsa local government area of Adamawa state, Nigeria. Direct Research Journal of Chemistry and Material Science (DRCMS). 2015; 3(2): 11-16.

[16] Akinniyi AA, Ola SA. Investigation of Certain Engineering Properties of Some Nigerian Limestone Deposits for Cement Production, Electronic Journal of Geotechnical Engineering. 2016; 21: 10471-10482.

[17] Suleiman IE, Abubakar A, Otuoze HS, Suleiman MA, Momoh RO, Aliyu SN. Effects of Particle Size Distribution on the Burn Ability of Limestone, Leonardo Electronic Journal of Practices and Technologies. 2013; 23: 115-130.

[18] Mohammad R, Priscilla T, Elham D, Behdad M. Determination of carbonation/calcination reaction kinetics of a limestone sorbent in low CO₂ partial pressures using TGA experiments. Energy Procedia. 2017; 114: 259 – 270. 13th International Conference on Greenhouse Gas Control Technologies, GHGT-13, November 2016. 14-18.

[19] Omotoma M, Onukwuli OD. Evaluation of Pawpaw Leaves Extract as Anti-Corrosion Agent for Aluminium in Hydrochloric Acid Medium, Nigerian Journal of Technology (NIFOTECH). 2017; 36(2): 496-504.

[20] Mu’azu K, Abdullahi M, Akuso AS. Kinetic Study of Calcination of Jakura Limestone Using Power Rate Law Model, Nigerian Journal of Basic and Applied Science. 2011; 19(1): 116- 120.